INTRODUCTION

Skin-wound healing is critical for successful outcomes of surgical and emergency medical procedures. Skin wounds can be created by surgery, scalds, burns, physical trauma or animal bites. Recent research related to skin-wound healing has focused mainly on four aspects: (a) post-injury hemostasis and promotion of coagulation; (b) infection prevention during skin repair; (c) fibroblast differentiation and neovascularization; (d) granulation tissue regeneration. The first two aspects, coagulation and infection prevention, apply to early skin-wound healing growth factors promote subsequent germinant layer cell division and neovascularization. However, less attention has been paid to air permeability and moisture loss prevention which also play important roles in injury healing.

Methods: In the present work, we prepared a hyaluronic acid-poloxamer (HA-POL) hydrogel and tested the therapeutic effect of the hydrogel on skin-wound healing.

Results: The HA-POL hydrogel transformed from sol to gel at 30°C, close to body temperature, and had stable moisturizing properties. HA-POL hydrogel promoted skin-wound healing and increased protein accumulation in the wound area. HA-POL hydrogel allowed greater air permeability than Band-aid, a typical wound covering. Results from transwell assays showed that the HA-POL hydrogel effectively isolated skin-wounds from bacterial invasion.

Conclusion: This work demonstrates the advantages of using HA-POL gel materials in the treatment of cutaneous wounds.

KEYWORDS
HA-POL hydrogel, hyaluronic acid, poloxamer 407, skin-wound healing
reported, gold or silver nanoparticles may remain in scar tissue for a long time. Therefore, there is an urgent need to explore safer and more effective treatment strategies.

Hyaluronic acid (HA) is a nitrogen-containing mucopolysaccharide composed of disaccharide units of D-glucuronic acid-N-acetylgalactosamine and is a major component of the extracellular matrix. It is an important industrial material and medical/pharmaceutical excipient, and has been widely used in skin care products and tissue engineering. However, as an aid to skin healing HA has several defects: (a) it has been characterized as a moisturizer with low viscosity; (b) a single application of HA does not make the wound breathable. The aim of this study was to improve the effect of HA on wound healing. We prepared and tested a HA-poloxamer (HA-POL) hydrogel and found that this new material can effectively promote skin-wound healing by enhancing protein accumulation in the wound area, increasing air permeability and preventing bacterial invasion.

2 | METHODS

2.1 | Agents and animals

Hyaluronic acid (HA) and Poloxamer 407 (POL) were purchased from Furuida Corporation, Shandong Province, China. Sprague-Dawley (SD) rats were purchased from Sibeifu Corporation, Beijing, China. Isoflurane (inhalation anesthetic) was purchased from RWD Life Science Co., Shenzhen, Guangdong Province, China. Basic fibroblast growth factor (bFGF) was purchased from ProTeck Corporation, USA. Pathology test kits (HE or Sirius Red staining) were purchased from Zhongshan Jinqiao Corporation, Beijing, China. Transwell plates (Costar 3422) were purchased from Corning Corporation, USA. Escherichia coli DH5α was cultured in our lab. Use of the experimental mice and all protocols were approved by the Institutional Animal Care and Use Committee of Fifth Medical Center, General Hospital of Chinese PLA. The project ethics review approval number is IACUC-2017-008.

2.2 | Preparation of HA-POL hydrogel

To prepare the hydrogel, 1 g of 1.2 million Da molecular weight HA, 4 g of 0.12 million Da molecular weight HA and 5 g of poloxamer 407 (POL) were weighed and dissolved by stirring in an ice bath, and the volume was made up to 100 ml with double-distilled H2O. The resulting HA-POL gel was maintained at 4°C. The apparent viscosity (η) of the hydrogel was determined using a coaxial cylindrical rheometer (Cat® TC-502, Brookfield Corporation, USA) with the data processed by a workstation (Cat® Rheocale V3.0 Bld46, Brookfield Corporation, USA).

2.3 | Full-thickness wound healing experiments in rats

Adult male SD rats, with body weights of 180-220 g, were fed and housed in clean cages maintained at 22-25°C. At the start of the experiment, twenty rats were anesthetized by intraperitoneal injection of 10% (w/v) chloral hydrate (0.5 ml per animal). The dorsal skin was shaved and cleaned with an iodophor (0.2% w/v). The dorsal skin was then surgically operated to excise two full-thickness skin patches (diameter 2 cm²) on each side of the upper backs of each animal. The left-side wound was chosen as the control and treated with an injection of physiological saline. The right-side wound was treated with drugs. The rats were randomly divided into two therapeutic groups (n = 10 in each group): one group of animals was treated with HA-POL hydrogel and the other group was treated with bFGF (100 AU/cm²), which was chosen as a positive control. Both agents were applied directly by smearing on the skin wounds once per day. Photographs of skin wounds were taken at the indicated time points.

At the different time points, the two rats were sacrificed and full-thickness skin samples including intact skin adjacent to the wound, the wound margin and epithelialized wounds were collected and prepared as tissue slices. Slices were then examined using HE (hematoxylin and eosin) and Sirius Red staining.

2.4 | Biochemical analysis

At the time of sacrifice, granulation tissue from rat skin wounds was collected. The collected tissue was washed with physiological saline, and the protein and hydroxyproline (Hyp) concentrations in the granulation tissue were quantified according to the method of Li et al (2015), using, respectively, a Coomassie brilliant blue protein determination kit and a hydroxyproline kit.

2.5 | Gas barrier test

Hydrogel films were prepared and the thickness of films was examined. Band-aid adhesive bandages of different thicknesses were used as controls. A moisture permeability analyzer (Cat® Permatran-W3/61, Mocon Corporation, Illinois, USA) was used to examine the water vapor transmission rate (WVTR, g/m²/day) of hydrogel. An oxygen permeability analyzer (Cat® 8001, Mocon Corporation, Illinois, USA) was used to examine the oxygen transmission rate (OTR, ccm/m²/day) of hydrogel. Test temperature (T) and relative humidity (RH) conditions were T = 25°C, RH = 0% for OTR measurement and T = 25°C, RH = 50% for WVTR measurement.

2.6 | Transwell assays

Transwell assays were performed to test bacterial migration across a solvent control, HA gel or HA-POL gel, which were added to the undersides of the upper chambers of the assay vessels. E. coli was cultured to 1 O.D./ml and diluted with LB medium (1:1000). Diluted E. coli (100 μl) was added to the upper chambers. The LB medium in the lower wells was cultured to analyze the migration of E. coli from the chambers to the wells. Migrated E. coli were quantified using a
multifunctional microplate reader set for O.D. 600 nm. Figure 1 is a schematic diagram of the transwell experiments.

3 | RESULTS

3.1 | HA-POL hydrogel temperature sensitivity

As shown in Figure 2, the apparent viscosities of HA-POL or POL hydrogels increased with temperature. The HA-POL hydrogel transformed from sol to gel at 30°C, whereas the POL hydrogel transformed from sol to gel at 37°C. The results indicated that HA-POL hydrogel forms films at a temperature close to body temperature.

3.2 | HA-POL hydrogel promotes skin-wound healing

First, we examined the overall effect of HA-POL hydrogel on skin-wound healing. Figure 3A shows the skin-wound healing process in rats receiving control (saline), bFGF (basic fibroblast growth factor) or HA-POL hydrogel treatments at different time points. By day 14, the skin wounds of the rats in the HA-POL hydrogel group were almost completely healed whereas the wounds of the control and bFGF groups were still visible.

Next, we examined the protein and hydroxyproline (Hyp) content of the wounds to reveal the extent of protein accumulation during the healing process. As shown in Figure 3B and C, the total protein and Hyp content in the HA-POL-treated group was higher than in the control or bFGF groups.

We next performed pathological staining assays, using HE and Sirius Red staining, to further investigate the effect of the hydrogel. As shown in Figure 4, granulation tissue formation and angiogenesis were identified by HE staining (Figure 4A), whereas fibroblast accumulation and collagen deposition were examined by Sirius Red staining assays (Figure 4B). HA-POL hydrogel promoted fibroblast accumulation, granulation tissue formation, angiogenesis and collagen deposition more effectively than control and bFGF groups.

3.3 | HA-POL hydrogel effectively protects skin wounds from E. coli

Next, transwell experiments were performed to examine the migration of bacteria across the gel. E. coli was added to the upper chambers, the undersurfaces of which were coated with control saline solution, HA hydrogel or HA-POL hydrogel. As shown in Figures 1 and 5, E. coli migrated from the chambers to the wells below when the chambers were coated with saline and this migration was attenuated by HA hydrogel for 2-3 days and by HA-POL gel for over 5 days. These data show that HA-POL hydrogel effectively protected the wounds from bacterial infection.
FIGURE 3  Effect of agents on the healing of full-thickness skin-wounds in rats' model. A, Rats were surgically operated to form full-thickness wounds. Skin-wounds were treated by control, bFGF or HA-POL hydrogel. Representative photographs during wound-healing process at indicated time points were shown. B, The contents of total-protein in granulation tissues or Hyp of skin-wounds was shown as mean±SD. *P < 0.05

FIGURE 4  Effect of agents on the healing of full-thickness skin-wounds in rats' model. A, Rats were surgically operated to form full-thickness wounds. Skin-wounds were treated by control, bFGF or HA-POL hydrogel. Tissues specimens were analyzed by pathological assays. Representative photographs from HE staining (A) or Sirius Red staining (B) was shown. Scale bar =100 μm
3.4 | HA-POL hydrogel has good moisture absorbing and air permeability capacities

The moisture absorption and air permeability of HA-POL hydrogel was examined. As shown in Figure 6, unlike Band-Aid adhesive bandages, which can completely block oxygen and water vapor transmission, HA-POL hydrogel showed good moisture absorbing and air permeability capacities. This finding indicated that HA-POL hydrogel may be a promising material for promoting wound healing.

4 | DISCUSSION

Skin-wound healing is a complex process involving multiple steps: stratum corneum cells proliferate to form a scab and then fibroblasts generate new granulation tissue to fill the wound scars and wrap necrosis tissues. Among current treatments, Band-aid adhesive bandages are used to prevent hemostasis, ointments containing antibiotics are used to prevent infections, and growth factors, e.g., bFGF, are used to promote fibroblast proliferation. Recently, nanoparticles have been used as novel treatments in skin-wound healing: silver nanoparticles are used as anti-infection agents, while gold nanoparticles are used to stimulate fibroblast proliferation and collagen secretion. However, gold and silver nanoparticles may deposit sub-dermally for long periods of time and be difficult to excrete, and the cost of these promising materials may be a major obstacle to wide clinical and outpatient use.
HA has been widely used in cosmetic R & D, plastic surgery and other surgical procedures due to its good moisturizing capacity. However, HA hydrogel does not form a film, which may be critical for infection protection. We prepared a gel by combining HA with Poloxamer 407, a poloxamer that is safe to use, and examined its properties in skin-wound healing. In our experiments, we found that HA-POL hydrogel has better film-forming properties. HA-POL hydrogel is much better at promoting skin-wound healing than growth factor bFGF, and may protect skin-wounds from bacterial infection. The water vapor and oxygen transmission capacities of HA-POL hydrogel are better than Band-aid; oxygen transmission measurements indicated that HA-POL hydrogel has good air permeability capacity and could be a promising material for wound healing.

Our results suggest that HA-POL hydrogel offers a number of potential improvements in skin-wound healing: (a) HA-POL is biodegradable and thus avoids problems associated with non-degradable treatments; (b) its effective moisturizing and air permeability capacities help to prevent infection and protect wounds, potentially avoiding the use of antibiotics; (c) HA-POL hydrogel treatment of skin trauma enhances tissue repair, potentially avoiding the need for growth factor treatment. Taken together, our findings demonstrate that HA-POL hydrogel is a promising material for wound healing.

ACKNOWLEDGEMENTS
This work was supported by the Beijing Municipal Natural Science Foundation (Grant No. 7142131).

CONFLICT OF INTEREST
None.

AUTHOR CONTRIBUTIONS
All listed authors meet the requirements for authorship. JH, RSL and FF conceived and designed the experiments; XJL and AML performed the experiments and wrote the main manuscript text. SHW and YTC performed the animal experiments; QTJ and RCY performed the molecular biology experiments and analyzed the data. ZJW performed the pathological experiments. All authors have read and approved the manuscript.

ORCID
Xiaojuan Li https://orcid.org/0000-0001-9271-6257

REFERENCES
1. Li X, Li D, Wikstrom JD, et al. MicroRNA-132 promotes fibroblast migration via regulating RAS p21 protein activator 1 in skin wound healing. Sci Rep. 2017;7:7797.
2. Harris C, Sibbald RG, Mufti A, Somayaji R. Pilonidal sinus disease: 10 steps to optimize care. Adv Skin Wound Care. 2016;29: 469-478.
3. Besson JCF, Hernandez L, Campos JM, Morikawa KA, Bersani-Amado CA, Matioli G. Insulin complexed with cyclodextrins stimulates epithelialization and neovascularization of skin wound healing in rats. Injury. 2017;48:2417-2425.
4. Belvedere R, Bizzarro V, Parente L, Petrella F, Petrella A. The pharmaceutical device Prisma® skin promotes in vitro angiogenesis through endothelial to mesenchymal transition during skin wound healing. Int J Mol Sci. 2017;18:E1614.
5. Henriët E, Jäger S, Tran C, et al. Ajasmonic acid derivative improves skin healing and induces changes in proteoglycan expression and glycosaminoglycan structure. Biochim Biophys Acta Gen Subj. 2017;1861:2250-2260.
6. Xiang S, Zou P, Tang Q, et al. HOTAIR-mediated reciprocal regulation of EZH2 and DNMT1 contribute to polyphenol I-inhibited growth of castration-resistant prostate cancer cells in vitro and in vivo. Biochim Biophys Acta Acta Subj. 2017;1862:589-599.
7. Gong X, Cui J, Jiang Z, Maharjan S, Lu L, Li X. Comparison of perioperative complications of pedicled island flap in reconstruction of extremities. J Surg Res. 2017;220:94-104.
8. Lonie S, Baker P, Teixeira RP. Healing time and incidence of hypertrophic scarring in paediatric scalds. Burns. 2017;43:509-513.
9. Sponga S, Nappal D, Beltrami AP, et al. Coronary dissection discovered during ex vivo organ preservation: avoiding a fatal complication. Ann Thorac Surg. 2017;104:e383-e384.
10. Uzun F, Karaca EE, Konuk O. Surgical management of traumatic nasolacrimal duct obstruction. Eur J Ophthalmol. 2016;26:517-519.
11. Liu JL, Zeng WN, Wang FY, et al. Effects of low-dose epinephrine on perioperative hemostasis and inflammatory reaction in major surgical operations: a randomized clinical trial. J Thromb Haemost. 2018;16:74-82.
12. Liu M, Luo G, Wang Y, et al. Optimization and integration of nanosilver on polycaprolactone nanofiber mesh for bacterial inhibition and wound healing in vitro and in vivo. Int J Nanomedicine. 2017;12:6827-6840.
13. Zhang L, Xu P, Wang X, et al. Activin B regulates adipose-derived mesenchymal stem cells to promote skin wound healing via activation of the MAPK signaling pathway. Int J Biochem Cell Biol. 2017;87:69-76.
14. Meng M, Liao H, Zhang B, et al. Cigarette smoke extracts induce overexpression of the proto-oncogenic gene interleukin-13 receptor α2 through activation of the PKA-CREB signaling pathway to trigger malignant transformation of lung vascular endothelial cells and angiogenesis. Cell Signal. 2017;31:15-25.
15. Tang L, Pan W, Zhu G, Liu Z, Lv D, Jiang M. Total flavones of abelmoschus manihot enhances angiogenic ability both in vitro and in vivo. Oncotarget. 2017;8:69768-69778.
16. Zuo Y, Lu S. Dermis, acellular dermal matrix, and fibroblasts from different layers of pig skin exhibit different proinflammatory characteristics: evidence from in vivo study. Oncotarget. 2017;8:23613-23627.
17. Zhu X, Sun Y, Mu X, et al. Phospholipase Cε deficiency delays the early stage of cutaneous wound healing and attenuates scar formation in mice. Biochem Biophys Res Commun. 2017;484:144-151.
18. Nadeem A, Ahmad SF, Al-Harbi NO, El-Sherbeeny AM, Al-Harbi MM, Almukhlafi TS. GPR43 activation enhances psoriasis-like inflammation through epidermal upregulation of IL-6 and dual oxidase 2 signaling in a murine model. Cell Signal. 2017;33:59-68.
19. Liu ZC, Ning F, Wang HF, et al. Epidermal growth factor and tumor necrosis factor α cooperatively promote the motility of hepatocellular carcinoma cell lines via synergistic induction of fibronectin by NF-κB/p65. Biochim Biophys Acta Gen Subj. 2017;1861:2568-2582.
20. Wang Y, Rouabhia M, Zhang Z. Pulsed electrical stimulation benefits wound healing by activating skin fibroblasts through the TGFβ1/ERK/NF-κB axis. Biochim Biophys Acta. 2016;1860:1551-1559.

21. Setyawati MI, Tay CY, Bay BH, Leong DT. Gold nanoparticles induced endothelial leakiness depends on particle size and endothelial cell origin. ACS Nano. 2017;11:5020-5030.

22. Wang S, Riahi R, Li N, Zhang DD, Wong PK. Single cell nanobiosensors for dynamic gene expression profiling in native tissue microenvironments. Adv Mater. 2015;27:6034-6038.

23. Li X, Wang H, Rong H, et al. Effect of composite SiO$_2$@AuNPs on wound healing: in vitro and vivo studies. J Colloid Interface Sci. 2015;445:312-319.

24. Qin Y, Han L, Yang D, et al. Silver nanoparticles increase connexin43-mediated gap junctional intercellular communication in HaCaT cells through activation of reactive oxygen species and mitogen-activated protein kinase signal pathway. J Appl Toxicol. 2018;38:564-574.

25. Zhou HY, Zhang J, Yan RL, et al. Improving the antibacterial property of porcine small intestinal submucosa by nano-silver supplementation: a promising biological material to address the need for contaminated defect repair. Ann Surg. 2011;253:1033-1041.

26. Menke NB, Cain JW, Reynolds A, et al. An in silico approach to the analysis of acute wound healing. Wound Repair Regen. 2010;18:105-113.

27. Li R, Zou S, Wu Y, et al. Heparin-based coacervate of bFGF facilitates peripheral nerve regeneration by inhibiting endoplasmic reticulum stress following sciatic nerve injury. Oncotarget. 2017;8:48086-48097.

28. Wang WM, Xu Y, Wang YH, et al. HOXB7 promotes tumor progression via bFGF-induced activation of MAPK/ERK pathway and indicated poor prognosis in hepatocellular carcinoma. Oncotarget. 2017;8:47121-47135.

29. Li Y, Qin T, Ingle T, et al. Differential genotoxicity mechanisms of silver nanoparticles and silver ions. Arch Toxicol. 2017;91:509-519.

30. Chattopadhyay S, Dash SK, Mandal D, et al. Metal based nanoparticles as cancer antigen delivery vehicles for macrophage based anti-tumor vaccine. Vaccine. 2016;34:957-967.

31. Saito N, Adachi H, Tanaka H, et al. Interstitial fluid flow-induced growth potential and hyaluronan synthesis of fibroblasts in a fibroblast-populated stretched collagen gel culture. Biochim Biophys Acta Gen Subj. 2017;1861:2261-2273.

32. Miyata S, Kitagawa H. Formation and remodeling of the brain extracellular matrix in neural plasticity: roles of chondroitin sulfate and hyaluronan. Biochim Biophys Acta Gen Subj. 2017;1861:2420-2434.

33. Yan S, Zhang Q, Wang J, et al. Silk fibroin/chondroitin sulfate/hyaluronic acid ternary scaffolds for tissue regeneration. Acta Biomater. 2013;9:6771-6782.

34. Murphy SV, Skardal A, Song L, et al. Solubilized amnion membrane hyaluronic acid hydrogel accelerates full-thickness wound healing. Stem Cells Transl Med. 2017;6:2020-2032.

35. Meinerz C, Schrobback K, Hutmacher DW, Klein TJ. A novel bioreactor system for biaxial mechanical loading enhances the properties of tissue-engineered human cartilage. Sci Rep. 2017;7:16997.

36. Vallés-Lluch A, Poveda-Reyes S, Amorós P, Beltrán D, Monleón Pradas M. Hyaluronic acid-silica nanohybrid gels. Biomacromol. 2013;14:4217-4225.

37. Yeom DW, Chae BR, Kim JH, et al. Solid formulation of a supersaturable self-micromulsifying drug delivery system for valsartan with improved dissolution and bioavailability. Oncotarget. 2017;8:94297-94316.

38. Xu X, Fan Z, Liang C, et al. A signature motif in LIM proteins mediates binding to checkpoint proteins and increases tumour radiosensitivity. Nat Commun. 2017;8:14059.

39. Tian Y, Chen T, Wu Y, et al. Pioglitazone stabilizes atherosclerotic plaque by regulating the Th17/Treg balance in AMPK-dependent mechanisms. Cardiovasc Diabetol. 2017;16:140.

40. Zhao J, Li Y, Sheng J, et al. Environmentally friendly and breath-able fluorinated polyurethane fibrous membranes exhibiting robust waterproof performance. ACS Appl Mater Interfaces. 2017;9:29302-29310.

41. Uysal Unalan I, Boyacı D, Trabattoni S, Tavazzi S, Farris S. Transparent pullulan/mica nanocomposite coatings with outstanding oxygen barrier properties. Nanomaterials (Basel). 2017;7:281.

42. Zhang P, Ma X, Song E, et al. Tubulin cofactor A functions as a novel positive regulator of ccRCC progression, invasion and metastasis. Int J Cancer. 2013;133:2801-2811.

43. Ji Q, Xu X, Li L, et al. miR-216a inhibits osteosarcoma cell proliferation, invasion and metastasis by targeting CDK14. Cell Death Dis. 2017;8:e3103.

44. Zhang QS, Kurpad DS, Mahoney MG, Steinbeck MJ, Freeman TA. Freeman TA Inhibition of apoptosis signal-regulating kinase 1 alters the wound epidermis and enhances auricular cartilage regeneration. PLoS ONE. 2017;12:e0185803.

45. Yeh CJ, Chen CC, Leu YL, Lin MW, Chiu MM, Wang SH. The effects of artocarpin on wound healing: in vivo and in vivo studies. Sci Rep. 2017;7:15599.

46. Gonzales KAU, Fuchs E. Skin and its regenerative powers: an alliance between stem cells and their niche. Dev Cell. 2017;43:387-401.

47. Dai NT, Chang HI, Wang YW, et al. Restoration of skin pigmentation after deep partial or full-thickness burn injury. Adv Drug Deliv Rev. 2018;123:155-164.

48. Ogino S, Morimoto N, Sakamoto M, et al. Efficacy of the dual controlled release of HGF and bFGF impregnated with a collagen/gelatin scaffold. J Surg Res. 2018;221:173-182.

49. Leduc C, Sobilo L, Touni H, et al. TGF-beta-induced early gene-1 overexpression promotes oxidative stress protection and actin cytoskeleton rearrangement in human skin fibroblasts. Biochim Biophys Acta Gen Subj. 2016;1860:1071-1078.

50. Chatterjee T, Chatterjee BK, Saha T, Hoque KM, Chakrabarti P. Structure and function of Vibrio cholerae accessory cholera enterotoxin in presence of gold nanoparticles: dependence on morphology. Biochim Biophys Acta Gen Subj. 2017;1861:977-986.

51. Chevallet M, Veronesi G, Fuchs A, Mintz E, Michaud-Soret I, Deniaud A. Impact of labile metal nanoparticles on cellular homeostasis. Current developments in imaging, synthesis and applications. Biochim Biophys Acta Gen Subj. 2017;1861:1566-1577.